# Eshelby Tensors for Two-Dimensional Decagonal Piezoelectric Quasicrystal Composites 

Guangfang Li ${ }^{1,2}$ and Lianhe $\mathrm{Li}^{\text {2,3,* }}$<br>1 College of Science, Inner Mongolia Agricultural University, Hohhot 010018, China<br>2 Inner Mongolia Center for Applied Mathematics, Hohhot 010022, China<br>3 College of Mathematics Science, Inner Mongolia Normal University, Hohhot 010022, China<br>* Correspondence: nmglilianhe@163.com

Citation: Li, G.; Li, L. Eshelby Tensors for Two-Dimensional Decagonal Piezoelectric Quasicrystal Composites. Crystals 2022, 12, 1456. https://doi.org/10.3390/ cryst12101456

Academic Editors: Raghvendra Singh Yadav and Sławomir Grabowski

Received: 6 September 2022
Accepted: 10 October 2022
Published: 14 October 2022
Publisher's Note: MDPI stays neutral with regard to jurisdictional claims in published maps and institutional affiliations.


Copyright: © 2022 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (https:// creativecommons.org/licenses/by/ 4.0/).


#### Abstract

The Eshelby tensor for two-dimensional (2D) piezoelectric quasicrystal composites (QCs) is considered. The explicit expressions of Eshelby tensors for 2D piezoelectric QCs are given using the Green's function method and the interior polarization tensor method, respectively. On this basis, numerical examples of the Eshelby tensor for 2D piezoelectric QCs with ellipsoidal inclusions are discussed in detail.


Keywords: Eshelby tensor; Green's function; interior polarization tensor; 2D piezoelectric QCs

## 1. Introduction

Quasicrystals are a new solid discovered by Shechtman et al. [1] in 1984 with unique physical and mechanical properties. As a new solid structure, quasicrystals have many ideal properties, such as low coefficient, low friction, low adhesion, low porosity and high wear resistance [2,3]. Hence, they have broad application prospects. Ding et al. [4] established the theory of quasicrystal linear elasticity. Fan [5] studied some problems of quasicrystal fracture mechanics. Li et al. [6] studied the elasticity and dislocations in quasicrystals with 18 -fold symmetry. Wang et al. [7] investigated the elastic field near the tip of an anticrack in a homogeneous decagonal quasicrystal.

With the advent of quasicrystal composites materials (QCs), piezoelectric QCs are also favored by the majority of scholars. The piezoelectric effect is one of the important physical properties of quasicrystals. The structure of piezoelectric QCs is much more complex than that of QCs. Rao et al. [8] conducted theoretical research on the electro-elasticity of quasicrystals. Altay and Dökmeci [9] gave the basic equations for the elasticity problem, which laid a theoretical foundation for the study of piezoelectric QCs. Zhang et al. [10] gave the general solution of the plane elasticity of 1D QCs with the piezoelectric effect. Li et al. [11] expressed the 3D general solutions to 1D hexagonal piezoelectric quasicrystals. Fan et al. [12] investigated the three-dimensional cracks in one-dimensional hexagonal piezoelectric quasicrystals. Dang et al. [13] investigated the problem of anti-plane interface cracks in one-dimensional hexagonal quasicrystal coatings. Fu et al. [14] obtain the Green's functions of two-dimensional piezoelectric quasicrystal half-space and bimaterials.

In recent years, the inclusion problems of QCs have attracted widespread attention from many experts and scholars. Hence, many notable achievements have been made. Wang [15] obtained an analytic solution for Eshelby's problem of a two-dimensional inclusion of arbitrary shape in a decagonal quasicrystalline plane or half-plane. Gao et al. [16] studied the three-dimensional problem of a spheroidal quasicrystalline inclusion, which is embedded in an infinite matrix consisting of a two-dimensional quasicrystal subject to uniform loadings at infinity. Guo et al. [17] analysed an elliptical inclusion embedded in an infinite 1D hexagonal piezoelectric quasicrystal matrix. Guo and Pan [18] studied the three-phase cylinder model of 1D piezoelectric quasicrystal composites and predicted the effective moduli of the piezoelectric quasicrystalline composites. Wang and Guo [19] obtained
the exact closed-form solution of phonon, phase and electric field stress in 1D piezoelectric quasicrystal composites with the confocal elliptic cylinder model. Zhai et al. [20] investigated the plane problem of two-dimensional decagonal quasicrystals with a rigid circular arc inclusion under infinite tension and concentrated force.

In this paper, the Eshelby tensors are considered in detail by the Green's function method and the polarization tensor method. The analytical expressions are given for the Eshelby tensors for elliptic cylinder and cylindrical inclusions embedded in a 2D decagonal piezoelectric quasicrystal matrix. Meanwhile, a numerical example of the Eshelby tensor for 2D piezoelectric QCs with ellipsoidal inclusion is also given. The effects of the inclusion aspect ratio and material constants on the Eshelby tensor are discussed in detail, which are critical to the research on the properties of the quasicrystal with inclusions. The results of the calculated Eshelby tensor are sufficient to demonstrate the effects of the two methods.

## 2. Mathematical Formulation

In a fixed rectangular coordinate system $\left(x_{1}, x_{2}, x_{3}\right)$, the basic equations for the 2 D decagonal piezoelectric QCs are as follows [9,21]. The constitutive equations without considering the body force are given by

$$
\begin{align*}
& \sigma_{11}=C_{11} \varepsilon_{11}+C_{12} \varepsilon_{22}+C_{13} \varepsilon_{33}+R_{1}\left(w_{11}+w_{22}\right)+R_{2}\left(w_{12}-w_{21}\right)-e_{31} E_{3}, \\
& \sigma_{22}=C_{12} \varepsilon_{11}+C_{11} \varepsilon_{22}+C_{13} \varepsilon_{33}-R_{1}\left(w_{11}+w_{22}\right)-R_{2}\left(w_{12}-w_{21}\right)-e_{31} E_{3}, \\
& \sigma_{33}=C_{13} \varepsilon_{11}+C_{13} \varepsilon_{22}+C_{33} \varepsilon_{33}-e_{33} E_{3}, \\
& \sigma_{23}=\sigma_{32}=2 C_{44} \varepsilon_{23}-e_{15} E_{2}, \\
& \sigma_{13}=\sigma_{31}=2 C_{44} \varepsilon_{31}-e_{15} E_{1}, \\
& \sigma_{12}=\sigma_{21}=2 C_{66} \varepsilon_{12}+R_{1}\left(w_{21}-w_{12}\right)+R_{2}\left(w_{11}+w_{22}\right), \\
& H_{11}=R_{1}\left(\varepsilon_{11}-\varepsilon_{22}\right)+2 R_{2} \varepsilon_{12}+K_{1} w_{11}+K_{2} w_{22}, \\
& H_{22}=R_{1}\left(\varepsilon_{11}-\varepsilon_{22}\right)+2 R_{2} \varepsilon_{12}+K_{2} w_{11}+K_{1} w_{22},  \tag{1}\\
& H_{23}=K_{4} w_{23}, \\
& H_{13}=K_{4} w_{13}, \\
& H_{12}=-2 R_{1} \varepsilon_{12}+R_{2}\left(\varepsilon_{11}-\varepsilon_{22}\right)+K_{1} w_{12}-K_{2} w_{21}, \\
& H_{21}=2 R_{1} \varepsilon_{12}-R_{2}\left(\varepsilon_{11}-\varepsilon_{22}\right)-K_{2} w_{12}+K_{1} w_{21}, \\
& D_{1}=2 e_{15} \varepsilon_{31}+\xi_{11} E_{1}, \\
& D_{2}=2 e_{15} \varepsilon_{23}+\xi_{22} E_{2}, \\
& D_{3}=e_{31} \varepsilon_{11}+e_{31} \varepsilon_{22}+e_{33} \varepsilon_{33}+\xi_{33} E_{3},
\end{align*}
$$

in which $C_{66}=\left(C_{11}-C_{12}\right) / 2 ; \varepsilon_{k l}$ and $w_{\gamma l}$ respectively denote the phonon field and phason field strain; $\sigma_{i j}$ and $H_{\alpha j}$ stand for the corresponding stress; $D_{i}$ and $E_{k}$ are the electric displacement and electric field, respectively; $C_{i j}, K_{\alpha}$ and $R_{i}$ are the elastic constants of the phonon field, the phason field and the phonon-phason coupling field, respectively; $e_{i j}$ and $\xi_{i j}$ are the piezoelectric coefficient of phonon field and dielectric constant, respectively.

In addition, the geometric equations are

$$
\begin{gather*}
\varepsilon_{k l}=\frac{1}{2}\left(u_{k, l}+u_{l, k}\right), \\
w_{\alpha l}=w_{\alpha, l}  \tag{2}\\
E_{i}=-\phi_{, i}
\end{gather*}
$$

where $u_{k}$ and $w_{\alpha}$ represent the displacement of the phonon field and the phason field, respectively; $\phi$ is the electric potential.

The equilibrium equations are

$$
\begin{gather*}
\sigma_{i j, j}=0, \\
H_{\alpha j, j}=0,  \tag{3}\\
D_{i, i}=0,
\end{gather*}
$$

where commas denote partial derivatives, and the summation convention applies to repeated subscripts.

Equations (1)-(3) can be compactly expressed with the notation of Lothe and Barnett as [22]

$$
Z_{K l}=\left\{\begin{array}{ll}
\varepsilon_{k l}=\frac{1}{2}\left(u_{k, l}+u_{l, k}\right), & K=1,2,3  \tag{4}\\
w_{\gamma l}=w_{\gamma, l}, & K=4,5, \\
E_{i}=-\phi_{, i}, & K=6,
\end{array} \quad U_{K}= \begin{cases}u_{k}, & K=1,2,3 \\
w_{\alpha}, & K(=\alpha+3)=4,5 \\
\phi, & K=6\end{cases}\right.
$$

where $Z_{K l}, U_{K}, \Xi_{I j}$ and $L_{I j K l}^{0}$ are the matrices of the strain, the displacement, the stress, and the quasicrystal piezoelectric elastic modulus, respectively.

Then, Equation (1) can be rewritten as

$$
\begin{equation*}
\Xi_{I j}=L_{I j K l} Z_{K l} . \tag{6}
\end{equation*}
$$

## 3. Problem Statement

In this section, an inclusion of elliptical shape $\Omega$ embedded in an infinite 2D decagonal piezoelectric quasicrystal matrix $R^{3}$ is considered (as pictured in Figure 1). The inclusion is defined by $\left(x_{1} / a_{1}\right)^{2}+\left(x_{2} / a_{2}\right)^{2}+\left(x_{3} / a_{3}\right)^{2}=1$, where $a_{i}(i=1,2,3)$ are the lengths of semiaxes of the ellipsoid. The surface of the inclusion is denoted by $|\Omega|$.


Figure 1. An ellipsoidal inclusion $\Omega$ in infinite 2D decagonal piezoelectric quasicrystal matrix $R^{3}$.
The inclusion is under a uniform stress-free strain and electric displacement-free electric field, represented by $Z_{K l}^{*}$.

The phonon field displacement, phason field displacement and electric potential, $U_{K}$, due to the transformation of the inclusion can be expressed using the Green's function as $[23,24]$.

$$
\begin{equation*}
U_{K}(x)=\iint_{\partial \Omega} G_{K I}\left(x-x^{\prime}\right) \Xi_{I j}^{*} n_{j} \mathrm{~d} S\left(x^{\prime}\right)-\iint_{\Omega} \int G_{K I}\left(x-x^{\prime}\right) \Xi_{I j, j}^{*} \mathrm{~d} V\left(x^{\prime}\right) \tag{7}
\end{equation*}
$$

where $n_{j}$ is the outward normal to $|\Omega|$ and $\Xi_{I j}^{*}$ is the stress and electric displacement, which is induced by the eigenstrain $Z_{K l}^{*}$, i.e., $\Xi_{I j}^{*}=L_{I j K l} Z_{K l}^{*}$. The Green's functions $G_{K I}\left(x-x^{\prime}\right)$ can be expressed as [25].

$$
\begin{equation*}
G_{K I}\left(\boldsymbol{x}-\boldsymbol{x}^{\prime}\right)=\frac{1}{8 \pi^{2}\left|\boldsymbol{x}-\boldsymbol{x}^{\prime}\right|} \int_{|\boldsymbol{z}|=1} K_{K R}^{-1} \delta(\boldsymbol{z} \cdot \boldsymbol{t}) \mathrm{d} S(\boldsymbol{z}) \tag{8}
\end{equation*}
$$

where $\delta(x)$ is the Dirac delta function and $t$ is the unit vector in the direction $x-x^{\prime} .|z|=1$ is the surface of the unit sphere centred at $z=0$ and $K_{K R}^{-1}$ is the inverse of

$$
\begin{equation*}
K_{I R}=z_{j} z_{l} L_{I j R l} \tag{9}
\end{equation*}
$$

With the divergence theorem, we can obtain that

$$
\begin{equation*}
U_{K, l}(x)=-L_{I j A b} Z_{A b}^{*} \iint_{\Omega} \int G_{K I, j l}\left(x-x^{\prime}\right) \mathrm{d} V\left(x^{\prime}\right) \tag{10}
\end{equation*}
$$

Similar to the work of Ref. [25], $G_{K I, j l}\left(x-x^{\prime}\right)$ can be expressed as

$$
\begin{equation*}
G_{K I, j l}\left(x-x^{\prime}\right)=\frac{1}{8 \pi^{2}} \frac{\partial^{2}}{\partial x_{j} \partial x_{l}} \int_{|z|=1} z_{j} z_{l} K_{K I}^{-1}(z) \delta\left[z \cdot\left(x-x^{\prime}\right)\right] \mathrm{d} S(z) \tag{11}
\end{equation*}
$$

By using the properties of the Dirac delta function, we have

$$
\begin{equation*}
U_{K, l}(x)=\frac{a_{1} a_{2} a_{3}}{4 \pi} L_{I j A b} Z_{A b}^{*} \int_{|z|=1} z_{j} z_{l} K_{K I}^{-1}(z) \zeta^{-3} \mathrm{~d} S(z) \tag{12}
\end{equation*}
$$

The strain field $Z_{K l}$ and eigenstrain fields $Z_{A b}^{*}$ can be expressed as the following linear relationship

$$
\begin{equation*}
Z_{K l}=S_{K l A b} Z_{A b}^{*}, \tag{13}
\end{equation*}
$$

where $S_{K l A b}$ is the Eshelby tensor for the 2D decagonal piezoelectric quasicrystal.
In addition, by using the following variable transformations

$$
\begin{align*}
& a_{1} z_{1}=\zeta_{1}, a_{2} z_{2}=\zeta_{2}, a_{3} z_{3}=\zeta_{3}, \frac{\zeta_{1}}{\zeta}=\bar{\zeta}_{1}, \frac{\zeta_{2}}{\zeta}=\bar{\zeta}_{2}, \frac{\zeta_{3}}{\zeta}=\bar{\zeta}_{3} \\
& \zeta=\left(\zeta_{1}^{2}+\zeta_{2}^{2}+\zeta_{3}^{2}\right)^{\frac{1}{2}}, \mathrm{dS}(\zeta)=a_{1} a_{2} a_{3} \zeta^{-3} \mathrm{dS}(z), \mathrm{dS}(\zeta)=\mathrm{d} \theta \mathrm{~d} \bar{\zeta}_{3}  \tag{14}\\
& \bar{\zeta}_{1}=\left(1-\bar{\zeta}_{3}^{2}\right)^{\frac{1}{2}} \cos \theta, \bar{\zeta}_{2}=\left(1-\bar{\zeta}_{3}^{2}\right)^{\frac{1}{2}} \sin \theta, \bar{\zeta}_{3}=\bar{\zeta}_{3}
\end{align*}
$$

Equation (12) can be simplified as

$$
\begin{equation*}
U_{K, l}(x)=\frac{1}{4 \pi} L_{I j A b} Z_{A b}^{*} \int_{-1}^{1} \int_{0}^{2 \pi} z_{j} z_{l} K_{K I}^{-1}(z) \mathrm{d} \theta \mathrm{~d} \bar{\zeta}_{3} . \tag{15}
\end{equation*}
$$

Using Equations (2), (4), (13) and (15), $S_{K l A b}$ can be expressed as

$$
S_{K l A b}= \begin{cases}\frac{1}{8 \pi} L_{I j A b}\left(\bar{G}_{k I j l}+\bar{G}_{l I j k}\right), & K=k=1,2,3,  \tag{16}\\ \frac{1}{4 \pi} L_{I j A b} \bar{G}_{k I j l}, & K(=k+3)=4,5,6,\end{cases}
$$

where $\bar{G}_{k I j l}(z)=\int_{-1}^{1} \int_{0}^{2 \pi} z_{j} z_{l} K_{K I}^{-1}(z) \mathrm{d} \theta \mathrm{d} \bar{\zeta}_{3}$.

It is very helpful to express Equation (16) explicitly in terms of the matrix material constant.

$$
\begin{align*}
& S_{k l a b}=\frac{1}{8 \pi}\left(C_{i j a b}\left(\bar{G}_{k i j l}+\bar{G}_{l i j k}\right)+R_{a b i j}\left(\bar{G}_{k I j l}+\bar{G}_{l j j k}\right)+e_{j a b}\left(\bar{G}_{k 6 j l}+\bar{G}_{l b j k}\right)\right), \\
& S_{k l A b}=\frac{1}{8 \pi}\left(R_{i j a b}\left(\bar{G}_{k i j l}+\bar{G}_{l i j k}\right)+K_{i j a b}\left(\bar{G}_{k I j l}+\bar{G}_{l I j k}\right)\right), \\
& S_{k l A b}=\frac{1}{8 \pi}\left(e_{b i j}\left(\bar{G}_{k i j l}+\bar{G}_{l i j k}\right)+\xi_{j b}\left(\bar{G}_{k 6 j l}+\bar{G}_{l 6 j k}\right)\right), \\
& S_{K l a b}=\frac{1}{4 \pi}\left(C_{i j a b} \bar{G}_{k i j l}+R_{a b i j} \bar{G}_{k I j l}+e_{j a b} \bar{G}_{k 6 j l}\right), \\
& S_{K l A b}=\frac{1}{4 \pi}\left(C_{i j a b} \bar{G}_{k i j l}+K_{i j a b} \bar{G}_{k I j l}\right),  \tag{17}\\
& S_{K l A b}=\frac{1}{4 \pi}\left(e_{b i j} \bar{G}_{k i j l}+\xi_{j b} \bar{G}_{k 6 j l}\right), \\
& S_{K l a b}=\frac{1}{4 \pi}\left(C_{i j a b} \bar{G}_{6 i j l}+R_{a b i j} \bar{G}_{6 k I j l}+e_{j a b} \bar{G}_{66 j l}\right), \\
& S_{K l A b}=\frac{1}{4 \pi}\left(R_{i j a b} \bar{G}_{6 i j l}+K_{i j a b} \bar{G}_{6 I j l}\right), \\
& S_{K l A b}=\frac{1}{4 \pi}\left(e_{b i j} \bar{G}_{6 i j l}+\xi_{j b} \bar{G}_{66 j l}\right),
\end{align*}
$$

in which $a, b, i, j, k, l=1,2,3$ and $A, K, I=4,5,6$.
According to Equation (17), the expression for the Eshelby tensor of a 2D decagonal piezoelectric QCs can be obtained. In order to improve computational efficiency, we can further obtain the Eshelby tensor by the polarization tensor method. The interior polarization tensors can be defined by [26].

$$
\begin{equation*}
t_{i K j A}=-\int_{\Omega} G_{i K, j A}\left(x-x^{\prime}\right) d V\left(x^{\prime}\right) . \tag{18}
\end{equation*}
$$

Similarly, using Equation (15), the above equation can be simplified as

$$
\begin{gather*}
t_{i K j A}=\frac{1}{4 \pi} \int_{0}^{\pi} \int_{0}^{2 \pi} x_{i} x_{j}\left(L_{m K n A} x_{m} x_{n}\right)^{-1} \sin \theta d \phi d \theta, \\
x_{1}=\frac{\sin \theta \cos \phi}{a_{1}}, x_{2}=\frac{\sin \theta \sin \phi}{a_{2}}, x_{3}=\frac{\cos \theta}{a_{3}} . \tag{19}
\end{gather*}
$$

The interior polarization tensor for 2D decagonal piezoelectric QCs can be written as

$$
\begin{array}{ll}
T_{i K j A}=\frac{1}{4}\left(t_{i K j A}+t_{K i j A}+t_{i K A j}+t_{K i A j}\right), & i, j, A, K=1,2,3 \\
T_{i K j A}=\frac{1}{2}\left(t_{i K j A}+t_{i K A j}\right), & i, j, A=1,2,3, K=4,5,6  \tag{20}\\
T_{i K j A}=\frac{1}{2}\left(t_{i K j A}+t_{K i j A}\right), & i, j, K=1,2,3, A=4,5,6 \\
T_{i K j A}=\frac{1}{2}\left(t_{i K j A}+t_{j K i A}\right), & i, j=1,2,3, A, K=4,5,6 .
\end{array}
$$

Therefore, the Eshelby tensor for 2D decagonal piezoelectric QCs can be rewritten as

$$
\begin{equation*}
S_{k l a b}=T_{k l m n}: L_{m n a b}, \tag{21}
\end{equation*}
$$

where the double dot product is used.
Based on Equations (17) and (21), the closed forms of the Eshelby tensor are given in Appendix A for cylindrical and elliptical cylindrical inclusions embedded in the 2D decagonal piezoelectric quasicrystal matrix. Comparing the expressions of the Eshelby tensor obtained by the two methods, the correctness of the results of this paper is verified.

When the contribution of the phason field is not taken into account, the results of the degradation are as follows:

$$
\begin{align*}
& S_{1111}=S_{2222}=\frac{5 C_{11}+C_{12}}{8 C_{11}}, S_{1122}=S_{2211}=\frac{-C_{11}+3 C_{12}}{8 C_{11}}, \\
& S_{1133}=S_{2233}=\frac{C_{13}}{2 C_{11}}, S_{1163}=S_{2263}=\frac{e_{13}}{2 C_{11}},  \tag{22}\\
& S_{1212}=S_{1221}=S_{2112}=S_{2121}=\frac{3 C_{11}-C_{12}}{8 C_{11}}, \\
& S_{1313}=\frac{1}{4}, S_{2323}=\frac{1}{4}, S_{6161}=S_{6262}=\frac{1}{2} .
\end{align*}
$$

After comparing with the results in Ref. [27], it is found that the two results are completely consistent. The correctness of the method is further verified.

## 4. Numerical Examples and Discussion

In this section, numerical examples of the Eshelby tensor for 2D decagonal piezoelectric QCs with ellipsoidal inclusions are given. The material constants are shown in Table 1 [28,29].

Table 1. The material constants of 2D decagonal piezoelectric QCs.

| Phonon (GPa) | $C_{11}=234.33, C_{12}=57.41, C_{13}=66.63, C_{33}=232.22, C_{44}=70.19$, |
| :---: | :---: |
| Phason (GPa) | $K_{1}=122, K_{2}=24, K_{4}=12$, |
| Phonon-phason coupling $(\mathrm{GPa})$ | $R_{1}=8.846, R_{2}=8.846$, |
| piezoelectric coefficient $\left(\mathrm{C} / \mathrm{m}^{2}\right)$ | $e_{31}=-4.4, e_{15}=11.6, e_{33}=18.6$, |
| dielectric constant $\left(10^{-9} \mathrm{C}^{2} /\left(\mathrm{Nm}^{2}\right)\right)$ | $\xi_{11}=11.2, \xi_{22}=11.2, \xi_{33}=12.6$. |

Furthermore, to avoid the pathology of the matrix caused by the difference of material parameter magnitude, the material constants can be treated as dimensionless quantities by the following formula

$$
\begin{equation*}
\widetilde{C}_{i j k l}=\frac{C_{i j k l}}{C_{11}}, \widetilde{R}_{i j k l}=\frac{R_{i j \gamma l}}{R_{1}}, \widetilde{e}_{i j k}=\frac{e_{i j k}}{e_{33}}, \widetilde{K}_{\alpha j \gamma l}=\frac{K_{\alpha j \gamma l} C_{11}}{R_{1}^{2}}, \widetilde{\xi}_{j k}=\frac{\xi_{j k} C_{11}}{e_{33}^{2}} . \tag{23}
\end{equation*}
$$

where waves represent dimensionless quantities.
Observe from Figures 2-5 that there are 23 independent non-zero components of the Eshelby tensor in 2D decagonal piezoelectric QCs. The Eshelby tensors represented in the Equations (A1)-(A11) are depicted in Figures 2 and 3. It can be seen that the Eshelby tensors almost reach their asymptotic values at $a_{3} / a_{1}=10$. The curves in Figures 4 and 5 and $S_{3333}$ in Figure 3 gradually vanish with the increasing aspect ratio of the inclusion. From Figures 2-5, we can see that the Eshelby tensors obtained by the Green's function method are in a good agreement with those obtained by the interior polarization method. Furthermore, our results are consistent with those of Ref. [27] when the contribution of the phason field is neglected.


Figure 2. Eshelby tensors relating the piezoelectric response versus the aspect ratio.


Figure 3. Eshelby tensors relating the phonon field eigenstrain response versus the aspect ratio.


Figure 4. Eshelby tensors relating the phason field eigenstrain response versus the aspect ratio.


Figure 5. Eshelby tensors relating the interactive response between the phonon, phason and electric fields versus the aspect ratio.

## 5. Conclusions

In this paper, the Eshelby tensor for the ellipsoidal inclusion problem in the infinite 2D decagonal piezoelectric QCs matrix is investigated in detail. The explicit expressions of Eshelby tensors for 2D decagonal piezoelectric QCs are given with the help of the Green's function method and the polarization tensor method, respectively. On this basis, numerical examples of the Eshelby tensor are also presented. From the perspective of numerical results, the equivalence of the two methods is verified once again. It is also
revealed that the inclusions aspect ratio and material constants have a significant effect on the Eshelby tensor.

Author Contributions: Writing-original draft and editing, G.L.; Resources, Methodology and writing-review, L.L. All authors have read and agreed to the published version of the manuscript.

Funding: Supported by the National Natural Science Foundation of China (Nos. 11962026, 12002175, 1216202, 62161045), Natural Science Foundation of Inner Mongolia (Nos. 2020MS01018, 2021MS01013, 2022ZD05), Research Program of Science and Technology at Universities of Inner Mongolia Autonomous Region (NJZY22519), Fundamental Research Funds for the Inner Mongolia Normal University (No. 2022JBZD010) and Foundation of Basic Scientific Research Project of Inner Mongolia Agricultural University (JC2020002).

Data Availability Statement: Not applicable.
Conflicts of Interest: The authors declare that they have no conflict of interest to this work. We declare that we do not have any commercial or associative interest that represents a conflict of interest in connection with the work submitted.

## Appendix A

Based on the Equations (17) and (21), the simplified and closed-form expressions of the Eshelby tensor are given by
(i) Cylindrical inclusions $\left(a_{1}=a_{2}, a_{3} \rightarrow \infty\right)$

$$
\begin{align*}
& S_{1111}=S_{2222}=\frac{4 R_{1}{ }^{2}+4 R_{2}{ }^{2}-5 C_{11} K_{1}-C_{12} K_{1}}{8\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)},  \tag{A1}\\
& S_{1122}=S_{2211}=\frac{4 R_{1}^{2}+4 R_{2}^{2}+3 C_{12} K_{1}-C_{11} K_{1}}{8\left(C_{11} K_{1}-R_{1}^{2}+R_{2}^{2}\right)},  \tag{A2}\\
& S_{1133}=S_{2233}=\frac{-C_{13} K_{1}}{2\left(R_{1}{ }^{2}+R_{2}^{2}-C_{11} K_{1}\right)},  \tag{A3}\\
& S_{1212}=\frac{4 R_{1}^{2}+4 R_{2}^{2}-3 C_{11} K_{1}+C_{12} K_{1}}{8\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)},  \tag{A4}\\
& S_{4111}=-S_{4122}=S_{5211}=-S_{5222}=-S_{4221}=S_{5121}=\frac{R_{1}\left(C_{11}+C_{12}\right)}{8\left(C_{11} K_{1}-R_{1}^{2}+R_{2}^{2}\right)},  \tag{A5}\\
& S_{4211}=-S_{4222}=-S_{5111}=S_{5122}=S_{4121}=S_{5221}=\frac{R_{2}\left(C_{11}+C_{12}\right)}{8\left(C_{11} K_{1}-R_{1}^{2}+R_{2}^{2}\right)},  \tag{A6}\\
& S_{1141}=-S_{1152}=-S_{2241}=S_{2252}=-S_{2142}=S_{2151}= \\
& \frac{-R_{1}\left(K_{1}-K_{2}\right)\left(-4 R_{1}{ }^{2}-4 R_{2}{ }^{2}+3 C_{11} K_{1}-C_{12} K_{1}\right)}{8\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(-2 R_{1}{ }^{2}-2 R_{2}{ }^{2}+C_{11} K_{1}-C_{12} K_{1}\right)},  \tag{A7}\\
& S_{1142}=-S_{1151}=S_{2242}=-S_{2251}=S_{2141}=S_{2152}= \\
& \frac{-R_{2}\left(K_{1}-K_{2}\right)\left(-4 R_{1}^{2}-4 R_{2}{ }^{2}+3 C_{11} K_{1}-C_{12} K_{1}\right)}{8\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(2 R_{1}{ }^{2}+2 R_{2}{ }^{2}-C_{11} K_{1}+C_{12} K_{1}\right)},  \tag{A8}\\
& S_{1313}=S_{2323}=2 S_{4141}=2 S_{4242}=2 S_{5151}=2 S_{5252}=2 S_{6161}=2 S_{6262}=\frac{1}{4},  \tag{A9}\\
& S_{1163}=S_{2263}=\frac{e_{31} K_{1}}{2 C_{11} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)},  \tag{A10}\\
& S_{4152}=S_{5241}=-S_{4251}=-S_{5142}= \\
& \frac{\left(2 R_{1}{ }^{2}+2 R_{2}{ }^{2}\right)^{2}+2 C_{11} K_{1} K_{2}\left(C_{11}-C_{12}\right)}{4\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(2 R_{1}{ }^{2}+2 R_{2}{ }^{2}-C_{11} K_{1}+C_{12} K_{1}\right)}+  \tag{A11}\\
& \frac{\left(C_{12}-3 C_{11}\right)\left(K_{1}+K_{2}\right)\left(R_{1}{ }^{2}+R_{2}{ }^{2}\right)}{4\left(R_{1}{ }^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(2 R_{1}^{2}+2 R_{2}^{2}-C_{11} K_{1}+C_{12} K_{1}\right)} .
\end{align*}
$$

(ii) Elliptic cylinder $\left(a_{2} / a_{1}=a, a_{3} \rightarrow \infty\right)$

$$
\begin{aligned}
& S_{1111}=-\frac{a\left((3+2 a) C_{11} K_{1}+C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{1122}=-\frac{a\left(-C_{11} K_{1}+(1+2 a) C_{12} K_{1}+2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right)}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{1133}=-\frac{a C_{13} K_{1}}{(1+a)\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{2233}=-\frac{C_{13} K_{1}}{(1+a)\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{1141}=\frac{\left(K_{2}+a K_{2}-(1+a) K_{1}\right) R_{1}\left((2+a) C_{11} K_{1}-a C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{1142}=\frac{a^{2}\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{2}\left((2+a) C_{11} K_{1}-a C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{1151}=-\frac{\left(K_{1}+a K_{2}-(1+a) K_{1}\right) R_{2}\left((2+a) C_{11} K_{1}-a C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11}^{0} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{1152}=\frac{a^{2}\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{1}\left((2+a) C_{11} K_{1}-a C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{1163}=-\frac{a e_{31} K_{1}}{(1+a)\left(-C_{11} K_{1}+R_{1}^{2}+R_{2}^{2}\right)}, S_{2263}=-\frac{e_{31} K_{1}}{(1+a)\left(-C_{11} K_{1}+R_{1}^{2}+R_{2}^{2}\right)}, \\
& S_{2211}=-\frac{-a C_{11} K_{1}+(2+a) C_{12} K_{1}+2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{2323}=\frac{2}{4(1+a)}, \\
& S_{2222}=-\frac{a(2+3 a) C_{11} K_{1}+a C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{1313}=\frac{a}{4(1+a)}, \\
& S_{2241}=\frac{\left(K_{1}-K_{2}\right) R_{1}\left((1+2 a) C_{11} K_{1}-C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2242}=-\frac{a\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{2}\left((1+2 a) C_{11} K_{1}-C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2251}=\frac{\left(K_{1}-K_{2}\right) R_{2}\left((1+2 a) C_{11} K_{1}-C_{12} K_{1}-2(1+a)\left(R_{1}{ }^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}{ }^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2252}=-\frac{a\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{1}\left((1+2 a) C_{11} K_{1}-C_{12} K_{1}-2(1+a)\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2121}=-\frac{\left(1+a+a^{2}\right) C_{11} K_{1}-a C_{12} K_{1}-(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}\right)}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{2142}=-\frac{a\left(K_{1}-K_{2}\right) R_{1}\left(\left(1+a+a^{2}\right) C_{11} K_{1}-a C_{12} K_{1}-(1+a)^{2}\left(R_{1}^{2}+R_{2}{ }^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2141}=-\frac{\left(K_{1}-K_{2}\right) R_{2}\left(\left(1+a+a^{2}\right) C_{11} K_{1}-a C_{12} K_{1}-(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2151}=-\frac{\left(K_{1}-K_{2}\right) R_{1}\left(\left(1+a+a^{2}\right) C_{11} K_{1}-a C_{12} K_{1}-(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{2152}=-\frac{a\left(K_{1}-K_{2}\right) R_{2}\left(\left(1+a+a^{2}\right) C_{11} K_{1}-a C_{12} K_{1}-(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}\right)\right.}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)},
\end{aligned}
$$

$$
\begin{aligned}
& S_{4133}=-\frac{(-1+a) a C_{13} R_{1}}{(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{4121}=-\frac{a^{2}\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{4111}=-\frac{a\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, S_{4122}=\frac{a^{3}\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, \\
& S_{4133}=-\frac{(-1+a) a C_{13} R_{1}}{(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{4121}=-\frac{a^{2}\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{4211}=-\frac{\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, S_{4221}=\frac{a\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, \\
& S_{4151}=\frac{(-1+a)^{2} a\left(C_{11}+C_{12}\right)\left(K_{1}-K_{2}\right) R_{1} R_{2}}{(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{4222}=\frac{a^{2}\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, S_{4233}=-\frac{(-1+a) C_{13} R_{2}}{2(1+a)^{2}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{4241}=\frac{(-1+a)^{2} a\left(C_{11}+C_{12}\right)\left(K_{1}+a K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}{ }^{2}+R_{2}^{2}\right)\right)}, \\
& S_{4252}=\frac{(-1+a)^{2} a\left(C_{11}+C_{12}\right)\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}{ }^{2}\right)\right)}, \\
& S_{5111}=-\frac{a\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, S_{5122}=-\frac{a^{3}\left(C_{11}+C_{12}\right) R_{2}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{5121}=-\frac{a^{2}\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)}, \\
& S_{5141}=-\frac{(-1+a)^{2}\left(C_{11}+C_{12}\right)\left(K_{1}+a K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}{ }^{2}+R_{2}{ }^{2}\right)\right)}, \\
& S_{5211}=-\frac{a\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, S_{5233}=-\frac{(-1+a) C_{13} R_{1}}{(1+a)^{2}\left(-C_{11} K_{1}+R_{1}+R_{2}\right)}, \\
& S_{5221}=-\frac{a\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, S_{5222}=\frac{a^{2}\left(C_{11}+C_{12}\right) R_{1}}{(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)}, \\
& S_{5152}=-\frac{(-1+a)^{2}\left(C_{11}+C_{12}\right)\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}{ }^{2}\right)\right)}, \\
& S_{5242}=\frac{(-1+a)^{2} a\left(C_{11}+C_{12}\right)\left(a K_{1}+K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{5251}=-\frac{(-1+a)^{2} a\left(C_{11}+C_{12}\right)\left(K_{1}+a K_{2}-(1+a) K_{1}\right) R_{1} R_{2}}{2(1+a)^{4}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}{ }^{2}+R_{2}^{2}\right)\right)}, \\
& S_{5151}=S_{4141}=\frac{-\left(a \left(2(1+a)^{3} C_{11}^{2} K_{1}^{2}+f_{0}+C_{12} b_{0}-C_{11} C_{0}+K_{1} d_{0}\right.\right.}{2(1+a)^{4}\left(R_{1}{ }^{2}+R_{2}{ }^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}{ }^{2}\right)\right.}, \\
& S_{4242}=S_{5252}=\frac{-\left(\left(2(1+a)^{3} C_{11}^{2} K_{1}^{2}+f_{0}+C_{12} e_{0}-C_{11} f_{0}+K_{1} g_{0}\right.\right.}{2(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{5241}=-S_{4251}=\frac{-\left(2(1+a)^{3} C_{11}^{2} K_{1}^{2} K_{2}^{2}+g_{1}+C_{12}\left(b_{1}+c_{1}\right)+C_{11}\left(d_{1}+f_{1}\right)\right.}{2(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{4152}=-S_{5142}=\frac{a\left(2(1+a)^{3} C_{11}^{2} K_{1}^{2} K_{2}^{2}+g_{1}+C_{12}\left(\mathrm{~g}_{1}+h_{1}\right)+C_{11}\left(i_{1}+j_{1}\right)\right.}{2(1+a)^{4}\left(R_{1}^{2}+R_{2}^{2}-C_{11} K_{1}\right)\left(C_{11} K_{1}-C_{12} K_{1}-2\left(R_{1}^{2}+R_{2}^{2}\right)\right)}, \\
& S_{6161}=\frac{a}{1+a}, S_{6262}=\frac{1}{1+a}, \\
& S_{1436}=\frac{(-1+a) a e_{31} R_{1}}{(1+a)^{2}\left(-C_{11} K_{1}+R_{1}{ }^{2}+R_{2}{ }^{2}\right)}, S_{2536}=\frac{(-1+a) e_{31} R_{1}}{(1+a)^{2}\left(-C_{11} K_{1}+R_{1}{ }^{2}+R_{2}{ }^{2}\right)},
\end{aligned}
$$

$$
\begin{aligned}
& S_{2436}=\frac{(-1+a) e_{31} R_{2}}{(1+a)^{2}\left(-C_{11} K_{1}+R_{1}{ }^{2}+R_{2}{ }^{2}\right)}, S_{1536}=-\frac{a(-1+a) e_{31} R_{2}}{(1+a)^{2}\left(-C_{11} K_{1}+R_{1}{ }^{2}+R_{2}{ }^{2}\right)}, \\
& b_{0}=-(-1+a)^{2} K_{2}\left(R_{1}{ }^{2}-R_{2}{ }^{2}\right)+K_{1}\left(3+4 a+7 a^{2}+2 a^{3}\right) R_{1}{ }^{2}+\left(1+8 a+5 a^{2}+2 a^{3}\right) R_{2}{ }^{2} \text {, } \\
& e_{0}=(-1+a)^{2} a K_{2}\left(R_{1}{ }^{2}-R_{2}{ }^{2}\right)+K_{1}\left(2+5 a+8 a^{2}+a^{3}\right) R_{1}{ }^{2}+\left(2+7 a+4 a^{2}+3 a^{3}\right) R_{2}{ }^{2} \text {, } \\
& c_{0}=2(1+a)^{3} C_{12} K_{1}^{2}+(-1+a)^{2} K_{2}\left(R_{1}{ }^{2}-R_{2}{ }^{2}\right), \\
& f_{0}=4(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}\right)^{2} \text {, } \\
& d_{0}=\left(5+20 a+17 a^{2}+6 a^{3}\right) R_{1}{ }^{2}+\left(7+16 a+19 a^{2}+6 a^{3}\right) R_{2}{ }^{2} \text {, } \\
& f_{0}=2(1+a)^{3} C_{12} K_{1}{ }^{2}-(-1+a)^{2} a K_{2}\left(R_{1}{ }^{2}-R_{2}{ }^{2}\right) \text {, } \\
& g_{0}=K_{2}\left(a\left(5+2 a+a^{2}\right) R_{1}^{2}+\left(2+a+4 a^{2}+5 a^{3}\right) R_{2}{ }^{2}\right. \text {, } \\
& g_{1}=4(1+a)^{3}\left(R_{1}{ }^{2}+R_{2}{ }^{2}\right)^{2} \text {, } \\
& b_{1}=K_{1}\left(\left(2+a+4 a^{2}+a^{3}\right) R_{1}^{2}+a\left(5+2 a+a^{2}\right) R_{2}{ }^{2}\right) \text {, } \\
& c_{1}=K_{2}\left(a\left(5+2 a+a^{2}\right) R_{1}^{2}+\left(2+a+4 a^{2}+5 a^{3}\right) R_{2}^{2}\right) \text {, } \\
& d_{1}=2(1+a)^{3} C_{12} K_{1} K_{2}+K_{1}\left(\left(2+11 a+8 a^{2}+3 a^{3}\right) R_{1}{ }^{2}+\left(4+7 a+10 a^{2}+3 a^{3}\right) R_{2}{ }^{2}\right. \text {, } \\
& f_{1}=K_{2}\left(\left(4+7 a+10 a^{2}+3 a^{3}\right) R_{1}{ }^{2}+\left(2+11 a+8 a^{2}+3 a^{3}\right) R_{2}{ }^{2}\right) \text {, } \\
& g_{1}=K_{1}\left(\left(1+2 a+5 a^{2}\right) R_{1}^{2}+\left(1+4 a+a^{2}+2 a^{3}\right) R_{2}{ }^{2}\right. \text {, } \\
& h_{1}=K_{2}\left(\left(1+4 a+a^{2}+2 a^{3}\right) R_{1}^{2}+\left(1+2 a+5 a^{2}\right) R_{2}{ }^{2}\right) \text {, } \\
& i_{1}=2(1+a)^{3} C_{12} K_{1} K_{2}+K_{1}\left(\left(3+10 a+7 a^{2}+4 a^{3}\right) R_{1}{ }^{2}+\left(3+8 a+11 a^{2}+2 a^{3}\right) R_{2}{ }^{2}\right. \text {, } \\
& j_{1}=K_{2}\left(\left(3+10 a+7 a^{2}+4 a^{3}\right) R_{1}{ }^{2}+\left(3+8 a+11 a^{2}+2 a^{3}\right) R_{2}{ }^{2}\right) \text {. }
\end{aligned}
$$

## References

1. Shechtman, D.; Blech, I.; Gratias, D. Metallic phase with long-range orientational order and no translational symmetry. Phys. Rev. Lett. 1984, 53, 1951. [CrossRef]
2. Dubois, J.M.; Kang, S.S.; Stebut, J.V. Quasicrystalline low-friction coatings. J. Mater. Sci. Lett. 1991, 10, 537-541. [CrossRef]
3. Dubois, J.M.; Brunet, P.; Costin, W. Friction and fretting on quasicrystals under vacuum. J. Non Cryst. Solids 2004, 334, 475-480. [CrossRef]
4. Ding, D.; Yang, W.; Hu, C.; Wang, R. Linear elasticity theory of quasicrystals and defects in quasicrystals. Mater. Sci. Forum. 1994, 150, 345-354. [CrossRef]
5. FAN, T.Y. Mathematical Theory of Elasticity of Quasicrystals and Its Applications; Science Press: Beijing, China, 2011.
6. Li, X.F.; Xie, Y.L.; Fan, T.Y. Elasticity and dislocations in quasicrystals with 18 -fold symmetry. Phys. Lett. A 2014, 377, 2810-2814. [CrossRef]
7. Wang, X.; Schiavone, P. Elastic field near the tip of an anticrack in a decagonal quasicrystalline material. Appl. Math. Mech.-Engl. 2020, 41, 401-408. [CrossRef]
8. Rao, K.R.M.; Rao, P.H.; Chaitanya, B.S.K. Piezoelectricity in quasicrystals: A group-theoretical study. Pram. J. Phys. 2007, 68, 481-487.
9. Altay, G.; Dökmeci, M.C. On the fundamental equations of piezoelasticity of quasicrystal media. J. Solids Struct. 2012, 49, 3255-3262. [CrossRef]
10. Zhang, L.L.; Zhang, Y.M.; Gao, Y. General solutions of plane elasticity of one-dimensional orthorhombic quasicrystals with piezoelectric effect. Phys. Lett. A 2014, 378, 2768-2776. [CrossRef]
11. Li, X.Y.; Li, P.D.; Wu, T.H.; Shi, M.X.; Zhu, Z. Three-dimensional fundamental solutions for one-dimensional hexagonal quasicrystal with piezoelectric effect. Phys. Lett. A 2014, 378, 826-834. [CrossRef]
12. Fan, C.Y.; Li, Y.; Xu, G.T.; Zhao, M. Fundamental solutions and analysis of three-dimensional cracks in one-dimensional hexagonal piezoelectric quasicrystals. Mech. Res. Commun. 2016, 74, 39-44. [CrossRef]
13. Dang, H.Y.; Lv, S.Y.; Fan, C.Y. Analysis of anti-plane interface cracks in one-dimensional hexagonal quasicrystal coating. Appl. Math. Model. 2020, 81, 641-652. [CrossRef]
14. Fu, X.Y.; Mu, X.; Zhang, J.M.; Zhang, L.L.; Gao, Y. Green's functions of two-dimensional piezoelectric quasicrystal in half-space and bimaterials. Appl. Math. Mech.-Engl. 2022, 467, 2622-2642.
15. Wang, X. Eshelby's problem of an inclusion of arbitrary shape in a decagonal quasicrystalline plane or half-plane. Int. J. Eng. Sci. 2004, 42, 1911-1930. [CrossRef]
16. Gao, Y.; Ricoeur, A. Three-dimensional analysis of a spheroidal inclusion in a two-dimensional quasicrystal body. Philos. Mag. 2012, 92, 4334-4353. [CrossRef]
17. Guo, J.; Zhang, Z.; Xing, Y. Antiplane analysis for an elliptical inclusion in 1D hexagonal piezoelectric quasicrystal composites. Philos. Mag. 2016, 96, 349-369. [CrossRef]
18. Guo, J.H.; Pan, E. Three-phase cylinder model of one-dimensional hexagonal piezoelectric quasicrystal composites. J. Appl. Mech. 2016, 83, 081007. [CrossRef]
19. Wang, Y.B.; Guo, J.H. Effective electroelastic constants for three-phase confocal elliptical cylinder model in piezoelectric quasicrystal composites. Appl. Math. Mech.-Engl. 2018, 39, 797-812. [CrossRef]
20. Zhai, T.; Ma, Y.Y.; Ding, S.H.; Zhao, X.F. Circular inclusion problem of two-dimensional decagonal quasicrystals with interfacial rigid lines under concentrated force. ZAMM-Z. Angew. Math. Mech. 2021, 101, e202100081. [CrossRef]
21. Hu, C.Z.; Wang, R.H.; Ding, D.H.; Yang, W.G. Piezoelectric effects in quasicrystals. Phys. Rev. B. 1997, 56, 2463. [CrossRef]
22. Lothe, J.; Barnett, D.M. Integral formalism for surface waves in piezoelectric crystals. Existence considerations. J. Appl. Phys. 1976, 47, 1799-1807. [CrossRef]
23. Dunn, M.L.; Taya, M. An analysis of piezoelectric composite materials containing ellipsoidal inhomogeneities. Proc. R. Soc. Lond. Ser. A Math. Phys. Eng. Sci. 1993, 443, 265-287.
24. Mura, T. Micromechanics of Defects in Solids, 2nd ed.; Kluwer Ac.; Springer: Cham, Switzerland, 1987.
25. Deeg, W.F. The Analysis of Dislocation, Crack, and Inclusion Problems in Piezoelectric Solids. Ph.D. Dissertation, Stanford University, Stanford, CA, USA, 1980.
26. Koutsawa, Y. Overall thermo-magneto-electro-elastic properties of multiferroics composite materials with arbitrary heterogeneities spatial distributions. Compos. Struct. 2015, 133, 764-773. [CrossRef]
27. Huang, J.H.; Kuo, W.S. Micromechanics determination of the effective properties of piezoelectric composites containing spatially oriented short fibers. Acta Mater. 1996, 44, 4889-4898. [CrossRef]
28. Lee, J.S.; Jiang, L.Z. Exact electroelastic analysis of piezoelectric laminae via state space approach. Int. J. Solids Struct. 1996, 33, 977-990. [CrossRef]
29. Fan, T.Y. Mathematical theory and methods of mechanics of quasicrystalline materials. Engineering 2013, 5, 407-448. [CrossRef]
